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Abstract – A thermodynamic model is developed to study electrostatic coupling and interface
intermixing in superlattices comprising alternate layers of ferroelectrics and paraelectrics. Interface
intermixing leads to inhomogeneous internal electric ﬁeld and polarization in superlattices. The
spatial distribution of polarization extends into the layer over a distance governed by its correlation
length. Periodic modulation of the internal electric ﬁeld and polarization in superlattices are
correlated. Interface intermixing enhances the depolarization ﬁeld of superlattices; however, it has
a negligible eﬀect on polarization and transition temperature. The internal electric ﬁeld, originating
from the electrostatic coupling between ferroelectric layers, plays a dominant role in determining
the properties of superlattices.
Copyright c© EPLA, 2012
Ferroelectric superlattices composed of alternating
layers are currently a topic of active research due to
their potential applications [1,2], as well as their striking
new behaviors [3]. In a superlattice system, intermixed
layers may form at interfaces between two layers.
Although superlattices of ABO3 perovskite oxides such as
BaTiO3/SrTiO3 superlattices can be fabricated without
interface intermixing [4], intermixing at interfaces is
usually diﬃcult to control experimentally at high temper-
ature using high-energy lasers, where the stoichiometry
of the deposited ﬁlms changes in a complicated manner
under the prescribed deposition conditions [5,6]. These
intermixed layers at interfaces, with properties diﬀerent
from those of both layers, may aﬀect the properties of
superlattices.
The formation of intermixed layers can be induced
by short-range interactions between materials in close
contact, surface or interface reconstruction, cation
intermixing or composition deviations at the interfaces
in superlattices of ferroelectric solid solution [7]. Fong
et al. [8] studied the interface structure of PbTiO3 thin
ﬁlms grown on SrTiO3 substrates by a high-resolution
(a)E-mail: khchew@um.edu.my
coherence Bragg rod analysis (COBRA). Their work indi-
cates that cation intermixing may be present at interfaces
of PbTiO3/SrTiO3 superlattices. Hung et al. [9] and
Ishibashi et al. [10] demonstrated the existence of compo-
sitional intermixed layers at the interface of PbZrO3/
BaZrO3 superlattices.
Cooper and co-workers [11] studied the eﬀect of inter-
face intermixing in short-period PbTiO3/SrTiO3 super-
lattices by the ﬁrst-principle density functional theory,
and showed that interface intermixing can signiﬁcantly
enhance the ferroelectric properties of the superlattice. A
study on the structural evolution of surfaces during the
layer-by-layer growth of BaTiO3 ﬁlms on SrRuO3 indi-
cates that the surface reconstruction of SrRuO3 increases
the oxygen concentration, and leads to both intermix-
ing and a structural change in BaTiO3 at the inter-
face [12]. Their ﬁnding reveals the possible existence
of an intermixed layer at the oxide interface. Recently,
Mizoguchi and co-workers [5] demonstrated the possibility
of improving the properties of SrTiO3-based superlattices
by controlling the interface intermixing.
Various thermodynamic models have been proposed
to account for the properties of ferroelectric superlat-
tices [13–19]. Those works, however, do not consider the
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interface intermixing eﬀect. Pertsev and Tyunina [7] have
recently proposed a thermodynamic model to study the
permittivity of a superlattice by introducing an interface
layer with properties diﬀerent from those of both layers.
However, the eﬀect of the interface is not considered, the
polarization is homogeneous and the local polarization
coupling at the interface is neglected.
Recently, Torres-Pardo et al. [20] studied local ferro-
electric distortions in PbTiO3/SrTiO3 superlattices
by electron-energy-loss spectra (EELS) and high-angle
annular-dark-ﬁelds (HAADF) images. They have iden-
tiﬁed local structural distortion at the single unit-cell
scale across the interface, and revealed the existence
of an inhomogeneous polarization proﬁle within the
ferroelectric and paraelectric layers. While the length
scale of inhomogeneity extending over 5–6 unit cells
was attributed to ferroelectric domains, the eﬀect of
intermixing conﬁned to 1 unit cell from the interface
may also be present and should not be ruled out. Their
interesting observations indicate that the homogeneous
polarization model [7,14,15,21,22] does not apply to the
superlattices.
We have recently proposed a thermodynamic model
to study the ferroelectric properties of superlattices
consisting of alternate ferroelectric and paraelectric layers
[23–25]. The model can be constructed using the concept
of interaction of dipole lattices, which are characterized
by polarizations with double potential wells [19,25]. In
the model, an interface energy term is introduced in the
free energy to describe the local polarization coupling at
the interface between the two contacting ferroelectrics,
and the formation of an intermixed layer [26]. Despite its
simpliﬁcation, the approach has captured the essential
physics which associates with polarization continuities or
discontinuities, polarization inhomogeneities, intermixing
and local polarization coupling at interfaces [19,23–25].
In those studies [23–25], however, the model assumes
that the polarization is parallel to the surfaces or inter-
faces of the layered structure in which the depolarization
ﬁeld eﬀect can be ignored. It is the objective of this study
to investigate the case of polarization perpendicular to the
surface or interface of a superlattice with the appropriate
electrostatic boundary conditions. In particular, we study
the eﬀects of electrostatic coupling and interface inter-
mixing on the internal electric ﬁeld and polarization of
superlattices, composed of alternate layers of ferroelectrics
and paraelectrics, which can be grown on a substrate, as
schematically shown in ﬁg. 1.
By assuming that the whole spatial variation of polar-
ization takes place along the z -direction, the Helmholtz
free energy per unit area for one period of the superlattice
can be expressed as the follows:
F = FFE +FPE +FI . (1)
The free energy per unit area of the ferroelectric layer with
thickness dFE is FFE =
∫ 0
−dFE fFEdz, and the free energy
per unit area of the paraelectric layer with thickness dPE
Fig. 1: Schematic illustration of a periodic superlattice
composed of a ferroelectric layer and a paraelectric layer.
The thicknesses of ferroelectric layer (FE) and paraelectric
layer (PE) are dFE and dPE , respectively. Arrow indicates the
direction of polarization.
is FPE =
∫ dPE
0
fPEdz. fFE and fPE are the free-energy
densities, given as [27]
fj = α
∗
jp
2
j +β
∗
j p
4
j + γjp
6
j +
κj
2
(
dpj
dz
)2
+
(
c211,j + c11,jc12,j − 2c212,j
c11,j
)
u2m,j −
1
2
Ed,jpj . (2)
In eq. (2), pj corresponds to the polarization of layer j
(j : FE or PE). α∗j = αj +2(c12jg11j/c11j − g12j)umj and
β∗j = βj − g211j/2c11j where αj (temperature dependent),
βj and γj are the Landau coeﬃcients. c11j and c12j are
the elastic stiﬀness coeﬃcients, whereas g11j and g12j
denote the electrostrictive constants. umj = (as− aj)/as
denotes the in-plane misﬁt strain induced by the substrate
due to the lattice mismatch. aj is the unconstrained
equivalent cubic-cell lattice constant of layer j and as
is the lattice parameter of the substrate. κj denotes the
gradient coeﬃcient that determines the energy cost due
to the inhomogeneity of polarization pj . Edj acts as the
depolarization ﬁeld of layer j, if its direction is opposite to
the direction of ferroelectric polarization. If Edj inclines in
the same direction of polarization, it cannot be regarded
as the depolarization ﬁeld; thus, we denote Edj as “the
internal electric ﬁeld”.
The interface energy is given by [19,23–25]
FI =
λ0
2ε0
[
(pFE(0)− pPE(0))2
+ (pFE(−dFE)− pPE(dPE))2
]
, (3)
where λ0 is the temperature-independent interface para-
meter and ε0 is the dielectric permittivity in vacuum.
pFE(0) and pFE(−dFE) represent the polarization at the
interface of the ferroelectric layer, whereas the interface
polarizations of the paraelectric layer are represented by
pPE(0) and pPE(dPE). It is important to mention that
the interface energy (3) possesses a similar form as the
gradient terms in eq. (2) [19,25].
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The physical origin of the interface energy (3) can
be interpreted as follows [19,25]. By symmetry, we have
pFE(0) = pFE(−dFE) = pi and pPE = pPE(dPE) = qi and
thus, eq. (3) can be written as Fi =
λ0
ε0
(pi− qi)2 = λ0ε0 (p2i +
q2i )− 2λ0ε0 piqi. In other words, the interface energy expres-
sion can be clearly interpreted by separating it, (3),
into two parts: i) the non-ferroelectric part and ii) the
polarizations coupling part. It is well known that dead
layers are intrinsic and appear inevitably at the metal-
ferroelectric interface [28]. The bonding at the metal-
ferroelectric interfaces of ultrathin ferroelectric capacitors,
which constituted the dead layers, strongly aﬀects the
properties at the interface through the formation of intrin-
sic dipole moments at the interface. In the present model,
the former term is analogous to the formation of “dead”
layers [28] at interfaces, i.e., the surfaces of layer FE
(“λ0p
2
i /ε0”) and layer PE (“λ0q
2
i /ε0”). The dead layers
are linear dielectrics, and their dielectric stiﬀnesses are
determined by the interface parameter λ0 > 0. The polar-
ization coupling part “λ0piqi/ε0” describes the mutual
interactions between the local polarization at interfaces
due to the modiﬁcation of bonding at the interfaces.
In the present study of superlattices, the interface
parameter λ0 describes the eﬀect of interface intermixing
in the superlattice as a whole. The explicit expression
derived from the interface structure for the simple case
without electrostatic boundary conditions indicates that
the intermixed layer is governed by the physical properties
of the two constituent layers [26]. The interface inter-
mixing eﬀects are governed by the inhomogeneity of
polarization near the interface which may arise from the
formation of intrinsic dipole moments and the eﬀect of
coupling between the local polarization at the interface.
The continuity or discontinuity of polarizations across the
interface depends upon the nature of the intermixed layer
formed at interfaces. If λ0 = 0, an intermixed layer [26]
(analogous to a dead layer [28]) with properties diﬀerent
from those of both constituent layers is expected to form
at the interface region. Polarization may be induced at
the interface of the paraelectric layer, depending on its
dielectric stiﬀness. If λ0 = 0, no intermixed layer is formed
at the interface region. Therefore, the polarization in
the ferroelectric layer is homogeneous and no induced
polarization is expected in the paraelectric layer.
The internal electric ﬁeld Edj within the constituent
layer may be found using Maxwell’s equations that are,
in the present case with no free charges [16,29],
∇· (ε0E+P) = 0, (4a)
∇×E= 0, (4b)
where E is the electric ﬁeld and P is the polarization.
Equation (4b) indicates that we may deﬁne a scalar
function ϕj , i.e., the electrostatic potential, which satis-
ﬁes Ed,j =−∇ϕj . Using Ed,j =−∇ϕj (j : FE orPE), the
Euler-Lagrange equations follow from eqs. (2) can be
expressed in terms of the electrostatic potential ϕj as
κj
d2pj
dz2
= 2α∗jpj +4β
∗
j p
3
j +6γjp
5
j +
1
2
dϕj
dz
, (5)
where the electrostatic potentials are [16,29]
−ε0 d
2ϕj
dz2
+
dpj
dz
= 0 (6)
and can be found using Maxwell’s equation (4a). At the
interface, the boundary conditions for the polarization are

−κFE dp
dz
∣∣∣∣
z=−dFE
+
λ0
ε0
[pFE(−dFE)− pPE(dPE)] = 0,
κPE
dp
dz
∣∣∣∣
z=0
+
λ0
ε0
[pFE(0)− pPE(0)] = 0,
κFE
dp
dz
∣∣∣∣
z=0
+
λ0
ε0
[pFE(0)− pPE(0)] = 0,
−κPE dp
dz
∣∣∣∣
z=dPE
+
λ0
ε0
[pFE(−dFE)− pPE(dPE)] = 0.
(7)
For the electrostatic boundary conditions, the continuity
of the electric displacement at the interface gives

−ε0 dϕFE
dz
∣∣∣∣
z=0
+ ε0
dϕPE
dz
∣∣∣∣
z=0
=
−(pFE(0)− pPE(0)),
−ε0 dϕFE
dz
∣∣∣∣
−dFE
+ ε0
dϕPE
dz
∣∣∣∣
−dFE
=
−(pFE(−dFE)− pPE(dPE)),
(8)
and the continuity of the tangential component of the
electric ﬁeld gives the following conditions on the electric
potentials: {
ϕFE =ϕPE(0),
ϕFE(−dFE) =ϕPE(dPE).
(9)
In the present study, eqs.(5) and (6) were transformed
into a system of nonlinear equations. Solving the nonlinear
equations numerically, using the ﬁnite-diﬀerence method,
with the boundary conditions of eqs. (7) to (9), we
obtain the spatial dependence of the internal electric
ﬁeld (or electrostatic potential) and polarization for the
superlattices.
For illustration, we apply the model to perform a
numerical calculation on a superlattice consisting of a
ferroelectric layer as PbTiO3 (PT) and a paraelectric
layer as SrTiO3 (ST) on a ST substrate, as a repre-
sentative system. For the convenient of discussion, we
adopt the thermodynamic coeﬃcients of the chosen mate-
rials1 from Dawber et al. [21]. We compare the calcu-
lated polarization and transition temperature to those
1List of parameters used in calculations (SI units and T in K).
For PT: αFE = α0FE(T −T0FE), α0FE = 3.8× 105, βFE = 4.229×
108, γFE = 2.6× 108, T0FE = 752, g11FE = 1.14× 1010, g12FE =
4.63× 108; c11FE = 1.746× 1011, c12FE = 0.794× 1011, κFE =
1.029× 10−10; For ST: αPE = α0PE(T −T0PE), α0PE = 7.45×
105, βPE = 2.02× 109, T0PE = 51.64, g11PE = 1.25× 1010, g12PE =
−0.108× 1010; c11PE = 3.36× 1011, c12PE = 1.07× 1011, κPE =
1.029× 10−10.
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Fig. 2: (Color online) Spatial dependence of electrical proper-
ties at T = 298K with electrostatic coupling (a) and without
electrostatic coupling (b). The values of λ0 are: 0 (red line),
0.02ξ0 (blue line) and ξ0 (brown line).
obtained in experiments [21]. In the calculations, we take
1 unit cell (u.c.)≈ 0.4 nm [30] and the thickness of the
ST layer is maintained at dPE ≈ 3 u.c. The characteristic
length, ξ0 =
√
κFE/(α0FET0FE)∼ 0.6 nm, corresponds to
the estimated length of the domain wall half-width [16,30].
The lattice constants in the cubic phase are aFE = 3.969 A˚
and aPE = 3.905 A˚ for PT and ST, respectively [21]. Based
on the lattice constants, the lattice misﬁt strains in the
PT and ST layers are obtained as um,FE =−0.0164 and
um,PE = 0, respectively.
In the following paragraphs, we will discuss both the
superlattices with the electrostatic boundary conditions
(ﬁgs. 2(a) and 3(a)) and non-electrostatic boundary
conditions (ﬁgs. 2(b) and 3(b)) at the ferroelectric/
paraelectric interfaces. The case of non-electrostatic
boundary conditions can be assumed when the polar-
ization in superlattices aligns parallel to interfaces, the
eﬀect of electrostatic coupling between ferroelectric
layers, represented by 12Ed,jpj , can be ignored. This
conﬁguration of in-plane polarization is discussed with
the objective of diﬀerentiating the eﬀects of interface
intermixing and electrostatic coupling.
We ﬁrst look at the spatial dependence of polarization
and internal electric ﬁeld of the PT/ST superlattices with
electrostatic boundary conditions. Figure 2(a) shows the
spatial proﬁles of polarization and internal electric ﬁeld
of PT/ST superlattices with φFE = 0.5 (i.e., both thick-
nesses of PT and ST layers are 3 unit cells) for diﬀerent
values of λ0. The cases for λ0 = 0 indicate the formation
of intermixed layers or “dead layers” at z = 0 [26]. There-
fore, the thickness of the intermixed layer is 1 u.c. The
Fig. 3: Electrical properties at T = 293K as a function of
dPT /dST with electrostatic coupling (a) and without electro-
static coupling (b). The values of λ0 are: 0 (•), 0.02ξ0 () and
ξ0 ().
existence of the intermixed layer leads to an inhomogene-
ity of polarization near interfaces, forming the interface
region. The spatial dependence of polarization extends
into the bulk over a distance governed by its correlation
length. It is seen that the continuity or discontinuity of
polarization and internal electric ﬁeld across the interface
depends sensitively on the nature of the intermixed layer.
The polarization and internal electric ﬁeld vary spatially in
a periodic manner, indicating a periodic interface-induced
modulation. As λ0 increases, both the magnitudes and
the gaps of polarization and internal electric ﬁeld at the
interfaces are reduced. Another important features is that
the modulated proﬁles of internal electric ﬁeld and polar-
ization are correlated. An interesting change of sign in
the local internal electric ﬁeld at the interface region is
predicted in a superlattice with λ0 = ξ0 (brown line). The
internal ﬁeld in the PT layer acts as the depolarization
ﬁeld Ed,PT (z)< 0, whereas Ed,ST (z)> 0 tends to enhance
the polarization in the ST layer. The internal electric ﬁeld
in the ST layer originates from the electrostatic interaction
between polarizations in diﬀerent PT layers across the ST
layer [15]. Hereafter, we denote it as “polarization-induced
internal electric ﬁeld”. The magnitude of the depolar-
ization in the PT layer for the superlattice with λ0 = 0
is |Ed,PT | ∼ 250MV/m∼ 0.4EC,PT from our calculation,
where the bulk coercive ﬁeld of PT, EC,PT , is estimated
as EC,PT = 4α
∗
PT (−α∗PT /6β∗PT )1/2/3∼ 640MV/m. Note
also that ﬁg. 2(a) shows that the internal-ﬁeld–induced
polarization in the ST layer is almost the same as the
spontaneous polarization of the PT layer.
In order to clarify the eﬀect of intermixing at
ferroelectric/paraelectric interfaces, we show the modu-
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lation proﬁles of polarization for PT/ST superlattices
without considering the electrostatic boundary conditions,
as illustrated in ﬁg. 2(b). This conﬁguration with in-plane
polarization is analogous to superlattices with interdigital
electrodes [31]. In this case, there is no depolarization
ﬁeld in the PT layer and the internal electric ﬁeld in
the ST layer does not exist. If no intermixing occurs,
the polarization in the PT layer is equivalent to its
bulk of P ∼ 0.75C/m2, whereas P = 0 for the ST layer
at T = 298K, as expected. From ﬁgs. 2(a) and (b),
it is clearly seen that electrostatic coupling between
ferroelectric layers plays a dominant role in enhancing the
polarization of superlattices with polarizations aligned
perpendicularly to interfaces. Even if no intermixing
occurred, the polarizations of both the PT and ST layers
are almost similar, as shown in ﬁg. 2(a).
We now investigate the average polarizations P
and the internal electric ﬁeld Ed of PT/ST superlat-
tices as a function of the unit period with thickness
ratio ﬁxed at dFE/dPE = 3. The average polarization
is deﬁned as P = 1/L(
∫ 0
−dFE pFEdz+
∫ dPE
0
pPEdz)
with periodic thickness L= dFE + dPE . Similarly,
the average internal electric ﬁelds is deﬁned as
Ed = 1/L[
∫ 0
−dFE edFE (z)dz+
∫ dPE
0
edPE (z)dz]. Let us
ﬁrst examine the superlattice with electrostatic coupling,
as shown in ﬁg. 3(a). With decreasing periodic thick-
ness from long-period (PT/ST = 12/4) to short-period
(PT/ST = 3/1) structures, both the values of P and
Ed of a superlattice with λ0 = 0 (•) remain almost
constant. The internal electric ﬁeld of the superlattice
with λ0 = 0 (•) is equal to Ed ∼ 0V/m, implying that
the depolarization ﬁeld in the PT layer and the internal
ﬁeld in the ST layer compensate each other. For the
case of superlattices with 0.02ξ0 () and ξ0 (), P
decreases with decreasing periodic thickness, whereas the
depolarization ﬁeld Ed increases with decreasing periodic
thickness. Ed = 0 of superlattices with λ0 = 0 is clearly
due to the inhomogeneous properties at interfaces as a
result of the formation of an intermixed layer at z = 0,
as discussed in ﬁg. 2(a). Figure 3(b) shows P and Ed of
PT/ST superlattices without electrostatic coupling as a
function of the unit period. In this case, changes in P
and Ed are purely due to intermixing at the interface.
Without intermixing λ0 = 0, P ∼ 0.575C/m2 is unaﬀected
by diﬀerent layer thicknesses, as expected from ﬁg. 3(a).
For the case with intermixing λ0 = 0, it is seen that P
can be tuned by changing the layer thickness. Compared
to superlattices with electrostatic coupling (as shown in
ﬁg. 3(a)), the change in P is more marked. From ﬁgs. 3(a)
and (b), it is seen that the electrostatic coupling plays
an important role in governing the properties of super-
lattices with polarizations aligned perpendicularly to
interfaces.
Finally, we compare the calculated polarization and
transition temperature using our model with electrostatic
couplings to those obtained in experiments [21]. Figure 4
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Fig. 4: (Color online) (a) Internal electric ﬁeld and (b) polariza-
tion at T = 298K, and (c) transition temperature as a function
of the PT volume fraction φFE of PT/ST superlattices. The
values of λ0 are: 0 (red line), 0.02ξ0 (blue line) and ξ0 (brown
line). Solid dots (•) represent the experimental data. The grey
line denotes the result calculated from Dawber et al. [21].
illustrates the average polarization P and internal electric
ﬁeld Ed of a PT/ST superlattice as a function of PT
volume fraction, φFE = dFE/L for various λ0. Generally,
P increases with increasing PT volume fraction φFE . For
the superlattice with λ0 = 0 (red line), Ed = 0V/m for
all PT volume fractions φFE , as expected. For the case
of λ0 = 0, Ed < 0 implies that an internal electric ﬁeld,
acting as a depolarization ﬁeld, exists in the superlattices.
It is seen that Ed increases with increasing φFE until it
reaches its maximum value at φFE ∼ 0.87 before dying out
(i.e., Ed ∼ 0) at φFE ∼ 1. This is expected because PT
approaches its bulk at φFE ∼ 1 with the bulk polarization
P ∼ 0.75C/m2. The formation of an intermixed layer at
the interface z = 0 enhances the depolarization ﬁeld Ed
(see ﬁg. 4(b)). Polarization P and transition temperature
TC (see insets of ﬁgs. 4(b) and (c)) of the superlattices
are almost unaﬀected by intermixing at interface, as
expected. For comparison, the experimental measurements
(solid dots) of polarization and transition temperature
are also shown in ﬁgs. 4(b) and (c), respectively. It is
seen that there is a reasonable agreement between the
calculated and measured polarizations for all values of
λ0, indicating that intermixing at interfaces does not
have a signiﬁcant eﬀect on the ferroelectric properties
of superlattices (as discussed in ﬁgs. 2(a) and 3(a)). We
also compare the results with the predictions from the
model proposed by Dawber et al. [21]. In the limit of very
short periods, the interface eﬀect in PT/ST superlattices
is induced by the coupling between antiferrodistortive
and ferroelectric instabilities [32]. Since the coupling of
structural instabilities at interfaces is not considered, it is
reasonable that the model cannot quantitatively capture
the experimental data at low volume fraction φFE  0.3.
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In conclusion, we have proposed a thermodynamic
model to study electrostatic coupling and interface inter-
mixing in superlattices consisting of alternate layers of
ferroelectrics and paraelectrics. We have calculated the
internal electric ﬁeld, polarization and transition temper-
ature, and explained the recently observed polarization
and transition temperature in PT/ST superlattices. Our
study indicates that intermixing at interfaces forms inter-
mixed layers with properties diﬀerent from its constituent
layers. The formation of an intermixed layer gives rise
to inhomogeneous ferroelectric properties in superlattices.
The spatial dependence of polarization extends into the
constituent layer over a distance governed by its corre-
lation length. We have shown that periodic modulations
of the internal electric ﬁeld and polarization in superlat-
tices are correlated. Intermixing at interfaces has a negli-
gible eﬀect on polarization and transition temperature.
The internal electric ﬁeld, originating from the electrosta-
tic coupling, plays a key role in determining the ferroelec-
tric properties of superlattices.
Ortega et al. studied the dielectric permittivity of
BaTiO/(Ba,Sr)TiO3 superlattices [33]. They showed that
the dielectric permittivity of the superlattices can be
tuned by varying the Ba/Sr ratio of the constituent layer
without changing the periodicity and the total thickness
of the superlattices. This may be another better experi-
mental example of intermixing at interfaces. In this study,
the eﬀect of intermixing at ferroelectric/paraelectic inter-
faces is noticeable only when the electrostatic coupling
is neglected when polarizations in the superlattice align
parallelly to interfaces. In this case, superlattices with
interdigital electrodes [31] may be another practical exam-
ple for a quantitative correlation between the properties
of a superlattice and the degree of the interface eﬀect.
The recent study of local structural distortions in
PT/ST superlattices [20,34] revealed the existence of inho-
mogeneous ferroelectric properties in superlattices. Their
studies showed that the theoretical study based on the
assumption of uniform polarization throughout the layers
in superlattices is most likely not valid [7,14,15,21,22],
since a highly inhomogeneous polarization extending over
5–6 unit cells was attributed to ferroelectric domains.
Therefore, it is worthwhile to extend the current single-
domain model to a multidomain model of intermixing.
This work is currently in progress and will be discussed
in the near future.
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